Effect of Coloring–by-Dipping on Microtensile Bond Strength of Zirconia to Resin Cement

Minoo Mahshid¹, Naeem Berijani², Seyed Jalil Sadr³, Farhad Tabatabaian⁴, Sepide Sorour Homayoon⁵

¹Professor, Department of Prosthodontics, Dental School of Shahid Beheshti University of Medical Sciences, Tehran, Iran
²Assistant Professor, Department of Prosthodontic Dentistry, Faculty of Dentistry, Babol University of Medical Sciences, Babol, Iran
³Professor, Department of Prosthodontics, Dental School of Shahid Beheshti University of Medical Sciences, Tehran, Iran
⁴Assistant Professor, Department of Prosthodontics, Dental School of Shahid Beheshti University of Medical Sciences, Tehran, Iran
⁵Postgraduate Student, Department of Pediatric Dentistry, Faculty of Dentistry, Babol University of Medical Sciences, Babol, Iran

Corresponding author: F. Tabatabaian, Department of Prosthodontics, Dental School of Shahid Beheshti University of Medical Sciences, Tehran, Iran
f_tabatabaian@yahoo.com

Received: 28 August 2014
Accepted: 27 March 2015

Abstract

Objectives: Studies on the effect of coloring procedures on the bond strength of zirconia to resin cement are lacking in the literature. This study evaluated the effect of dipping of zirconia ceramic in different liquid color shades on the microtensile bond strength (MTBS) of zirconia ceramic to resin cement.

Materials and Methods: This in vitro study was conducted on 100 microbar specimens divided into five groups of B2, C1, D4, A3 and control (not colored). To prepare the microbars, 20 white zirconia ceramic blocks, measuring 5×11×11 mm, were dipped in A3, B2, C1 or D4 liquid color shades for 10 seconds (five blocks for each color shade) and five blocks were not colored as controls. All the zirconia blocks were sintered in a sintering furnace. Composite blocks of similar dimensions were fabricated and bonded to zirconia ceramic blocks using Panavia F 2.0 resin cement. Zirconia-cement-composite blocks were sectioned into microbars measuring 1×1×10 mm. The MTBS of microbars was measured by a testing machine. Data were analyzed using one-way ANOVA and Tukey’s test. All tests were carried out at 0.05 level of significance.

Results: Statistically significant differences were found among the groups in MTBS (P<0.001). The D4 group had the highest MTBS value (39.16 ± 6.52 MPa).

Conclusion: Dipping affected the MTBS of zirconia ceramic to Panavia F 2.0 resin cement; however, a similar pattern of change was not seen due to the different liquid color shades.

Keywords: Yttria stabilized tetragonal zirconia; Resin Cements; Prosthesis coloring

Journal of Dentistry, Tehran University of Medical Sciences, Tehran, Iran (2015; Vol. 12, No. 6)

INTRODUCTION

Yttria-stabilized tetragonal zirconia polycrystal (Y-TZP) ceramic has extensive applications in restorative dentistry due to excellent mechanical properties and biocompatibility [1,2]. Zirconia computer-aided design and computer-aided manufacturing (CAD/CAM) systems have enabled the fabrication of Y-TZP dental ceramic restorations. Use of resin cements between the tooth structure and the restorative material increases retention especially in cases with short crown height [3,4]. Additionally, application of adhesive bonding improves marginal seal and prevents secondary caries [5-8].

The MTBS of zirconia ceramic to cement has been evaluated by several researchers [9,10].
The MTBS is influenced by the choice of cement [11,12], surface treatment of zirconia ceramic [9,12-18], bonding technique [19-21], water storage [22,23] and thermocycling [24-26]. Among various resin cements, Panavia F 2.0 has been recommended to achieve the highest MTBS of zirconia ceramic to cement [11,26-28].

As Y-TZP ceramic is white in color, it can affect the optical characteristics of the restoration. Thus, by coloring the Y-TZP ceramic, more favorable esthetic results can be obtained [29].

Various techniques have been developed for coloring of zirconia CAD/CAM systems such as adding metallic pigments to the zirconia powder by the manufacturers, dipping the zirconia framework in color liquids before sintering and using different liner materials after sintering the zirconia framework. In dipping method, the milled zirconia ceramic framework is immersed in a color liquid before sintering for a predetermined time by a dental technician [30,31]. Liquid color shades, marketed by the manufactures, can infiltrate into the zirconia surface structure and color the zirconia. Mechanical properties of zirconia can be influenced by dipping in liquid color shades. Hjerppe et al. [31] showed that liquid color shades affected biaxial flexural strength and surface microhardness of zirconia. Shah et al. [32] found that the flexural strength of zirconia decreased as the concentration of the liquid color shades increased; however, resistance to low temperature degradation was not affected by the coloring process.

Studies on the influence of coloring by dipping on the bond strength of zirconia ceramic to resin cement are lacking in the literature. Therefore, the aim of the current in vitro study was to evaluate the effect of coloring by dipping on the bond strength of zirconia ceramic to resin cement. The null hypothesis of this study was that the coloring by dipping in different liquid color shades would not affect the MTBS of Y-TZP dental ceramic to Panavia F 2.0 resin cement.

**MATERIALS AND METHODS**

This in vitro study was conducted on 100 microbar specimens divided into five groups of B2, C1, D4, A3 and control (not colored). Twenty microbar specimens were prepared for each group. Each microbar specimen was then tested to measure the MTBS of zirconia ceramic to resin cement. This process was done precisely as follows:

**Specimen preparation:**

Initially, 25 zirconia blocks measuring 5×11×11 mm were milled from Y-TZP dental ceramic blanks (Ice Zircon Translucent, Zirkonzahn, Bruneck, Italy) using a CAD/CAM system (Zirkonzahn CAD/CAM System 5-TEC, Zirkonzahn, Bruneck, Italy) with CAD/CAM milling burs (CAD/CAM Milling Bur 1L & 2L, Zirkonzahn, Bruneck, Italy). These blocks were divided into five groups of five blocks each. The blocks of each group were dipped in a liquid color shade including B2, C1, D4 and A3 (Color Liquid Water-based, Zirkonzahn, Bruneck, Italy) for 10 seconds (recommended by the manufacturer) and one group was not colored as the control. The colored blocks were then dried using a drying lamp (Zirkonlamp 250, Zirkonzahn, Bruneck, Italy) for 45 minutes as recommended by the manufacturer. All the zirconia blocks were then sintered at 1,480°C for eight hours in the sintering furnace (Zirkonofen 700, Zirkonzahn, Bruneck, Italy) according to the instruction recommended by the manufacturer.

In order to prepare composite blocks as bases for the zirconia blocks with similar dimensions, an impression was taken of each zirconia block using condensation silicone putty material (Speedex, Coltene, Altstatten, Switzerland).
A light-polymerized composite resin (Z100 Restorative, 3M ESPE, St. Paul, MN, USA) was applied in 2 mm layers to the molds made of impression material and was polymerized by a light-curing unit (Elipar FreeLight 2, 3M ESPE, St. Paul, MN, USA) from both sides for 60 seconds with an intensity of 800 mW/cm². The composite blocks were made as such, polished with 800 grit silicon carbide abrasive papers for 10 minutes and cleaned in an ultrasonic bath (Elmasonic S-30, Dentec, North Shore, Australia) containing 98% ethanol for 10 minutes. Afterwards, the surfaces of zirconia blocks were sandblasted with 110μ aluminum oxide particles at 0.3 MPa pressure for 15 seconds using a sandblaster (Korostar Plus, Bego, Bremen, Germany) held at a distance of 10 mm and perpendicular to the block surface. The blocks were rinsed with water for 20 seconds and air dried for five seconds using air spray. The resin cement (Panavia F 2.0, Kuraray, Tokyo, Japan) was prepared as instructed by the manufacturer. The zirconia blocks were then bonded to the composite blocks using resin cement under a 50 N compressive force in order for the excess cement to leak out. An oxygen inhibiting gel (Oxyguard II, Kuraray, Tokyo, Japan) was applied to the external surface of the cement. After five minutes, the blocks were light cured from four different directions for 40 seconds with the same light-curing unit, rinsed to remove the gel and stored in distilled water at 37°C for 24 hours.

To prepare specimens for testing, zirconia-cement-composite blocks were fixed in a metal mold. The mold was placed in a low-speed cutting machine (Mecatome, T210A, Presi, Grenoble, France). The blocks were sectioned with a diamond saw under water cooling. The first section with an approximate thickness of one millimeter was discarded because the presence of excess cement or lack of cement in this section could confound the results. Two series of sections were vertically cut with a rotational speed of 600 rpm and forward motion speed of 6 mm/min to prepare microbars measuring 1×1×10 mm from each zirconia-cement-composite block. The microbars were evaluated under a stereomicroscope (SMZ 800, Nikon, Sendai, Japan) at ×25 magnification (Fig.1). In case of any defect, the defective specimen was excluded from the study. The microbar specimens were stored in distilled water at 37°C for 72 hours. Twenty microbar specimens were prepared for each group (B2, C1, D4, A3 and control).

Testing:
The microbar specimens were glued to the jig of the microtensile tester (Microtensile Tester, Bisco, Schaumburg, IL) using cyanoacrylate glue (Loctite, Henkel, Dusseldorf, Germany) and fixed. The microbar was positioned parallel to the long axis of the machine to minimize bending stresses.
The crosshead speed of the machine was adjusted at 1 mm/min. The testing machine applied force until the microbar fracture occurred (Fig. 2) and measured the microtensile force at fracture in Newton. The fractured surfaces were evaluated under a stereomicroscope at ×40 magnification. In case of any fracture in the composite or between the composite and cement, the specimen was excluded from the study. The bonding surface area was measured by a digital caliper adapted to the machine. The MTBS was calculated using this formula: \( R = \frac{F}{A} \), where \( F \) is the failure force in N, \( A \) is the interface area in mm\(^2\) and \( R \) is the MTBS of zirconia to cement in MPa. The MTBS values were analyzed for the five groups using one-way ANOVA. Pairwise comparison of groups was carried out using Tukey’s Post Hoc test.

All tests were carried out at 0.05 level of significance. Statistical tests were done using SPSS 20 (SPSS Inc., Chicago, IL, USA).

**RESULTS**

The mean and standard deviation of MTBS of microbar specimens in the five groups of B2, C1, D4, A3 and control were 14.77 ± 5.59 MPa, 16.86 ± 5.26 MPa, 39.16 ± 6.52 MPa, 26.61 ± 6.59 MPa, and 23.44 ± 6.56 MPa, respectively (Fig. 3) (Table 1). One-way ANOVA showed statistically significant differences in the MTBS values of the five groups (\( P<0.001 \)). The results of Tukey’s pairwise comparison revealed statistically significant differences in the MTBS values between B2 and D4 (\( P<0.001 \)), B2 and control (\( P<0.001 \)), B2 and A3 (\( P<0.001 \)), C1 and D4 (\( P<0.001 \)), C1 and A3 (\( P<0.001 \)), C1 and control (\( P<0.009 \)), D4 and A3 (\( P<0.001 \)) and

**Table 1.** Central dispersion measures for MTBS values of microbar specimens in the five groups of B2, C1, D4, A3 and control

| Color shade | Mean (MPa) | SD  | Standard error | Minimum | Maximum | Range |
|-------------|------------|-----|----------------|---------|---------|-------|
| B2          | 14.77      | 5.59| 1.25           | 12.16   | 17.38   | 6.3-25.3 |
| C1          | 16.86      | 5.26| 1.18           | 14.39   | 19.32   | 10.3-28.8 |
| D4          | 39.16      | 6.52| 1.46           | 36.11   | 42.21   | 28.5-49.2 |
| A3          | 26.61      | 6.59| 1.47           | 23.52   | 29.69   | 15.0-38.4 |
| Uncolored   | 23.44      | 6.56| 1.47           | 20.37   | 26.51   | 10.7-32.0 |
DISCUSSION

The present study evaluated the MTBS of the prepared microbar specimens in four groups dipped in different liquid color shades and one control group. A similar pattern of change in the MTBS was not seen after dipping in different liquid color shades. In comparison with the control group, B2 and C1 liquid color shades decreased the MTBS; while A3 liquid color shade did not decrease the MTBS and D4 liquid color shade increased the MTBS. In Zirkonzahn zirconia system, B2 and C1 liquid color shades had negative effects, D4 liquid color shade had positive effect and A3 liquid color shade had no effect on the MTBS of zirconia to Panavia F 2.0 resin cement. Hence, the null hypothesis of the study was refuted.

Hjerppe et al. [31] revealed that biaxial flexural strength and surface microhardness of zirconia discs were influenced by the color liquids and the zirconia colored by D4 liquid color shade had the highest MTBS compared to A3, B1, C4 and D2. The D4 liquid color shade in contrast to the other tested color liquids did not cause a statistically significant reduction in MTBS [31]. Although the current study evaluated the MTBS of colored zirconia to cement and used different liquid color shades compared to the study by Shah et al, [32] both investigations showed changes in zirconia properties following coloring by dipping. Evidence suggests that the bonding mechanism of zirconia to resin cement is mainly related to the bond between the metal oxides in Y-TZP ceramic and 10-hydroxydecyl dihydrogen phosphate (MDP) in a MDP-containing resin cement such as Panavia F 2.0 [26,27,33-35]. Vinyl group of MDP reacts with monomers in resin cement when resin is polymerized; while phosphate group of MDP bonds strongly to metal oxides of Y-TZP ceramic. These oxides are added to zirconia during the manufacturing and coloring processes [36]. It seems that some metal oxides at the zirconia surface microstructure play a significant role in the bond. Meanwhile, the bond may be influenced by dipping because liquid color shades infiltrate into the zirconia surface. Therefore, effects of coloring by dipping on the bond strength of zirconia to cement may be explained by two factors: the liquid color shade composition and its effect on zirconia surface microstructure.
The composition of the liquid color shade may impact the bond strength of zirconia to cement in two ways namely by the type of added metal oxides to zirconia structure and tetragonal/monoclinic phase transformation. The metal oxides added to Y-TZP ceramics during the ceramic processing, manufacturing or coloring can influence the zirconia properties. It has been well confirmed that silica or alumina directly influences grain morphology, microstructure and stability of zirconia [37,38]. Ceria acts as a sintering aid [39], increases the grain size [39] and improves aging resistance [40] of Y-TZP. Bismuth acts as a stabilizer and a sintering aid for tetragonal zirconia [41]. Addition of CaO, MgO, CeO and Y2O3 to pure zirconia allows generating multi-phase materials [42]. MnO2 is associated with rounded pore formation in Y-TZP [43]. CuO suppresses the transformation of tetragonal to monoclinic phase [44]. Pittayachawan et al. [45] evaluated the biaxial flexural strength, hardness and fatigue life of colored and uncolored zirconia in the Lava system. Although the colored zirconia used in their study was prefabricated by the manufacturer, the results showed a difference in oxygen content, which was higher in colored zirconia. This was attributed to the presence of oxides. No difference was reported in biaxial flexural strength between colored and uncolored zirconia with the exception of two shades; while there was a significant difference in hardness among the groups. Additionally, the uncolored and colored specimens showed some differences in the grain size and microstructure. The uncolored samples revealed the spectra as expected for tetragonal and cubic zirconia, while the colored samples were very different [45]. Ardlin [36] determined chemical stability and effect of aging (4% acetic acid at 80°C for 168 hours) on flexural strength, surface and crystalline structure of colored and uncolored zirconia in the Denzir system and in contrast to Pittayachawn et al. [45] he found that the flexural strength of yellow colored zirconia was higher than that of uncolored zirconia. Ardlin [36] suggested that it might be related to the components such as CeO2, Fe2O3 and Bi2O3 added during the manufacturing process to obtain different shades. This difference in results may be caused by the type of oxides added by the different manufacturers to the Lava system (a dental Y-TZP ceramic) used by Pittayachawan et al. [45] versus the Denzir system (a dental Mg-TZP ceramic) used by Ardlin [36]. In both studies, the effect of coloring by the manufacturer on the flexural strength of zirconia was evaluated; while the current study evaluated the effect of coloring by dipping on the bond strength. Such controversy in results may be related to the coloring technique and the type of oxides added. Accordingly, in coloring by dipping, where liquid color shades containing metal oxides are utilized before sintering, some metal oxides may infiltrate into zirconia surface microstructure and may be added to or replace the existing ones. This phenomenon may affect the bond strength of zirconia to Panavia F 2.0. This effect, based on the nature of the oxides, may be positive, negative or neutral. It may be the reason for positive effect of D4 liquid color shade, negative effect of B2 and C1 liquid color shades and neutral effect of A3 liquid color shade on the MTBS of zirconia to Panavia F2.0 in the current study. The composition of the liquid color shade may be responsible for the weakening effect of A3, B1 and C4 liquid color shades on the zirconia hardness showed by Hjerpe et al. [31] the weakening effect of B2 and C1 liquid color shades and the improving effect of D4 liquid color shade on the MTBS of zirconia to cement (showed by the current study). The specific effect of liquid color shades on zirconia surface microstructure may be another important factor explaining the effect of coloring on zirconia bond to cement. The concentration of yttrium, which is the primary stabilizing element of zirconia used in dental
restorations, was found to be higher at grain boundaries and surfaces compared with the grain interior [21]. Yttrium also contributes to other dynamic properties such as grain sliding, rearrangement movements and plastic deformation [46,47]. There may be a balance between metal oxides and yttria in Y-TZP, which protects the tetragonal structure. Coloring by the manufacturer can affect this structure [45]. Infiltration of the metal oxides during dipping may promote or suppress this balance and may create a shift in tetragonal/monoclinic phase transformation. This shift may alter the surface microstructure. Moreover, the zirconia surface structure may be influenced by the dipping time and the concentration of color liquids. These factors may potentially affect the infiltration of oxides into the zirconia surface. Hjerppe et al. [31] found that prolonging the dipping time from 3 to 60 seconds lowered the zirconia biaxial flexural strength. Dipping time had no effect on zirconia microhardness, but there were some differences among different shades [31]. The effect of concentration of color liquids on zirconia surface and strength was shown by Shah et al [32]. They demonstrated that solutions with higher concentrations had a greater negative effect on the zirconia strength. Consequently in coloring by dipping, the interaction effect of all the above-mentioned factors may influence the surface composition and surface structure of zirconia, which can directly influence the bonding mechanism of zirconia to monomer-based phosphate cements such as Panavia F 2.0. The current study results can be interpreted from the perspectives of the manufactures, dental clinicians and investigators. The manufacturers should modify the color liquids with poor performance to prevent their negative effects on the bond strength of zirconia to resin cement. The clinicians should use the liquid color shades (B2 and C1) with poor performance with caution specially in cases with decreased clinical crown height, decreased bonded surface area, compromised retention of restoration or heavy functional and parafunctional occlusal loads. The investigators can take advantage of the liquid color shades (D4) with optimal performance to improve the zirconia surface bond. Further investigations are required in this regard [18,21]. The results of our study revealed the effects of coloring by dipping on MTBS of zirconia to cement. Another study is recommended using the thermocycling process to better simulate the clinical conditions.

Using only the Zirkonzahn system, specific liquid color shades and 10 seconds of dipping time were the limitations of the current study. Therefore, more studies on the mode of failure, elemental composition of Y-TZP, dipping time, different shades and different zirconia systems are recommended.

CONCLUSION
Within the limitations of this study, it was concluded that coloring by dipping affected the MTBS of zirconia ceramic to Panavia F 2.0 resin cement; however, a similar pattern of change in the MTBS was not seen among the different liquid color shades.

ACKNOWLEDGMENTS
The authors would like to thank the Research Deputy of Dental School of Shahid Beheshti University of Medical Sciences for financially supporting this project (grant# 324).

REFERENCES
1- Denry I, Kelly JR. State of the art of zirconia for dental applications. Dent Mater. 2008 Mar;24(3):299-307
2- Manicone PF, Rossi Iommetti P, Raffaelli L. An overview of zirconia ceramics: basic properties and clinical applications. J Dent. 2007 Nov;35(11):819-26.
3- Shahin R, Kern M. Effect of air abrasion on the retention of zirconia ceramic crowns luted with different cements before and after...
artificial aging. Dent Mater. 2010 Sep;26(9): 922-8.

4- Son YH, Han CH, Kim S. Influence of internal-gap width and cement type on the retentive force of zirconia copings in pullout testing. J Dent. 2012 Oct;40(10):866-72.

5- Blatz MB, Oppes S, Chiche G, Holst S, Sadan A. Influence of cementation technique on fracture strength and leakage of alumina all-ceramic crowns after cyclic loading. Quintessence Int. 2008 Jan;39(1):23-32.

6- Rosentiel SF, Land MF, Crispin BJ. Dental luting agents: a review of the current literature. J Prosthet Dent. 1998 Sep;80(3):280-301.

7- Burke FJ, Fleming GJ, Nathanson D, Marquis PM. Are adhesive technologies needed to support ceramics? An assessment of the current evidence. J Adhes Dent. 2002 Spring;4(1):7-22.

8- Hooshmand T, Mohajerfar M, Keshvad A, Motahhary P. Microleakage and marginal gap of adhesive cements for noble alloy full cast crowns. Oper Dent. 2011 May-Jun;36(3):258-65.

9- Casucci A, Goracci C, Chieffi N, Monticelli F, Giovannetti A, Juloski J, et al. Microtensile bond strength evaluation of self-adhesive resin cement to zirconia ceramic after different pretreatment. Am J Dent. 2012 Oct;25(5):269-75.

10- Valandro LF, Ozcan M, Amaral R, Vandereli A, Bottino MA. Effect of testing methods on the bond strength of resin to zirconia-alumina ceramic: microtensile versus shear test. Dent Mater J.2008 Nov;27(6):849-55.

11- Zhao J, Wang X, Si W, Shen Z. Effect of resin cement selection on the microtensile bond strength of adhesively veneered 3Y-TZP. Acta Odontol Scand. 2013 Sep;71(5):1105-11.

12- Gomes AL, Castillo-Oyagüe R, Lynch CD, Montero J, Albaladejo A. Influence of sandblasting granulometry and resin cement composition on microtensile bond strength to zirconia ceramic for dental prosthetic frameworks. J Dent. 2013 Jan;41(1):31-41.

13- Fazi G, Vichi A, Ferrari M. Influence of surface treatment on the short-term bond strength of resin composite to a zirconia-based material. Am J Dent. 2012 Apr;25(2):73-8.

14- Smith RL, Villanueva C, Rothrock JK, Garcia-Godoy CE, Stoner BR, Piascik JR, et al. Long-term microtensile bond strength of surface modified zirconia. Dent Mater. 2011 Aug;27(8):779-85.

15- Dias de Souza GM, Thompson VP, Braga RR. Effect of metal primers on microtensile bond strength between zirconia and resin cements. J Prosthet Dent. 2011 May;105(5):296-303.

16- Lohbauer U, Wagner A, Belli R, Stoetzel C, Hilpert A, Kurland HD, et al. Zirconia nanoparticles prepared by laser vaporization as fillers for dental adhesives. Acta Biomater. 2010 Dec;6(12):4539-46.

17- de Souza GM, Silva NR, Paulillo LA, De Goes MF, Rekow ED, Thompson VP. Bond strength to high-crystalline content zirconia after different surface treatments. J Biomed Mater Res B Appl Biomater. 2010 May;93(2):318-23.

18- Aboushelib MN, Feilzer AJ, Kleverlaan CJ. Bonding to zirconia using a new surface treatment. J Prosthodont. 2010 Jul;19(5):340-6.

19- Aboushelib MN. Fusion sputtering for bonding to zirconia-based materials. J Adhes Dent. 2012 Aug;14(4):323-8.

20- Aboushelib MN, Matinlinna JP, Salameh Z, Ousni H. Innovation in bonding to zirconia-based materials: Part I. Dent Mater. 2008 Sep;24(9):1268-72.

21- Aboushelib MN, Kleverlaan CJ, Feilzer AJ. Selective infiltration-etching technique for a strong and durable bond of resin cements to zirconia-based materials. J Prosthodont. 2007 Nov;98(5):379-88.

22- Oyagüe RC, Monticelli F, Toledano M, Osorio E, Ferrari M, Osorio R. Effect of water aging on microtensile bond strength of dual-cured resin cements to pretreated sintered zirconium-oxide ceramics. Dent Mater. 2009 Mar;25(3):392-9.
23- Valderano LF, Ozcan M, Amaral R, Leite FP, Bottino MA. Microtensile bond strength of a resin cement to silica-coated and silanized In-Ceram Zirconia before and after aging. Int J Prosthodont. 2007 Jan-Feb;20(1):70-2.
24- Attia A. Bond strength of three luting agents to zirconia ceramic-influence of surface treatment and thermocycling. J Appl Oral Sci. 2011 Aug;19(4):388-95.
25- Amaral R, Ozcan M, Valandro LF, Balducci I, Bottino MA. Effect of conditioning on the microtensile bond strength of phosphate monomer-based cement on zirconia ceramic in dry and aged conditions. J Biomed Mater Res B Appl Biomater. 2008 Apr;85(1):1-9.
26- Lüthy H, Loeffel O, Hammerle CH. Effect of thermocycling on bond strength of luting cements to zirconia ceramic. Dent Mater. 2006 Feb;22(2):195-200.
27- Blatz MB, Chiche G, Holst S, Sadan A. Influence of surface treatment and simulated aging on bond strengths of luting agents to zirconia. Quintessence Int. 2007 Oct.;38(9):745-53.
28- de Oyagüe RC, Monticelli F, Toledano M, Osorio E, Ferrari M, Osorio R. Influence of surface treatments and resin cement selection on bonding to densely-sintered zirconium-oxide ceramic. Dent Mater. 2009 Feb;25(2):172-9.
29- Aboushelib MN, Dozic A, Liem JK. Influence of framework color and layering technique on the final color of zirconia veneered restorations. Quintessence Int. 2010 May;41(5):e84-9.
30- Pecho OE, Ghinea R, Ionescu AM, Cardona Jde L, Paravina RD, Pérez Mdél M. Color and translucency of zirconia ceramics, human dentin an bovine dentin. J Dent. 2012 Dec;40 Suppl 2:e34-40.
31- Hjerpe J, Närhi T, Fröberg K, Vallittu PK, Lassila LV. Effect of shading the zirconia framework on biaxial strength and surface microhardness. Acta Odontol Scand. 2008 Oct;66(5):262-7.
32- Shah K, Holloway JA, Derny IL. Effect of coloring with various metal oxides on the microstructure, color, and flexural strength of 3Y-TZP. J Biomed Mater Res B Appl Biomater. 2008 Nov;87(2):329-37.
33- Blatz MB, Sadan A, Kern M. Resin-ceramic bonding: a review of the literature. J Prostheth Dent. 2003 Mar;89(3):268-74.
34- Aramu SS, Kolicarlan MA, Kucukelen HC, Aka PS. Effect of zirconium-oxide ceramic surface treatments on the bond strength to adhesive resin. J Prostheth Dent. 2006 Jun; 95(6):430-6.
35- Wolfart M, Lehmann E, Wolfart S, Kern M. Durability of the resin bond strength to zirconia ceramic after using different surface conditioning methods. Dent Mater. 2007 Jan;23(1):45-50.
36- Ardíln BI. Transformation-toughened zirconia for dental inlays, crowns and bridges: chemical stability and effect of low-temperature aging on flexural strength and surface structure. Dent Mater. 2002 Dec;18 (8):590-5.
37- Gremillard L, Epicier T, Chevalier J, Fantozzi G. Microstructural study of silica-doped zirconia ceramics. Acta Mater. 2000 Dec;48(18-19):4647-52.
38- Tsukakino H, Nozato R, Hamamoto M. Effect of alumina addition on the tetragonal-to-monoclinic phase transformation in zirconia 3 mol % Yttria. J Am Ceram Soc. 1991 Feb; 74 (2):440-3.
39- Boutz MMR, Winnubst AJA, Langerak VB, Olde Scholenhuis RJM, Krewel K, Burggraaf AJ. The effect of ceria co-doping on chemical stability and fracture toughness of YTZP. J Mater Sci. 1995; 30 (7):1854-62.
40- Hernandez MT, Jurado JR, Duran P, Fierro JL. Subeutectoid degradation of yttria-stabilized tetragonal zirconia polycrystals and ceria-doped yttria-stabilized tetragonal zirconia polycrystals ceramics. J Am Ceram Soc. 1991 Jun; 74(6):1254-58.
41- Gulino A, La Delfa S, Fragala I. Low-temperature stabilization of tetragonal zirconia...
by bismuth. Chem Mater. 1996 Jun; 8(6):1287-91.
42- Pitcher MW, Ushakov SV, Navrotsky A, Woodfield BF, Li G, Boerio-Goates J, et al. Energy crossovers in nanocrystalline zirconia. J Am Ceram Soc. 2005 Jan; 88(1): 160-167
43- Ramesh S, Amiriyan M, Meenaloshini S, Tolouei R, Hamdi M, Prubolaksono J, et al. Densification behavior and properties of manganese oxide doped Y-TZP ceramics. Ceram Inter. 2011 Dec; 37(8):3583-3590.
44- Ramesh S, Purbolaksono J, Sopyan I, Tolouei R, Amiriyan M, Tarlochan F, et al. Low-temperature degradation (LTD) behavior of CuO-doped tetragonal zirconia ceramic. Ceramics-Silikáty. 2012; 56(1): 15-19.
45- Pittayachawan P, McDonald A, Petrie A, Knowles JC. The biaxial flexural strength and fatigue property of Lava TM Y-TZP dental ceramic. Dent Mater. 2007 Aug;23(8): 1018-29.
46- Deville S, Chevalier J, El Attaoui H. Atomic force microscopy study and qualitative analysis of martensite relief in zirconia. J Am Ceram Soc. 2005 May; 88(5): 1261-1267.
47- Gutiérrez-Mora F, Gómez-García D, Jiménez-Melendo M, Domínguez-Rodríguez A, Chaim R. Experimental assessment of plasticity of nanocrystalline 1.7 mol% yttria tetragonal zirconia polycrystals. J Am Ceram Soc. 2005 Jun; 88(6):1529-1535.